Synthetic Plant Cuticle Coating as a Biomimetic Moisture Barrier Membrane for Structurally Colored Cellulose Films

Prasaanth Ravi Anusuyadevi,* Shuvra Singha, Debashree Banerjee, Magnus P. Jonsson, Mikael S. Hedenqvist, and Anna J. Svagan*

Photonic films based on cellulose nanocrystals (CNCs) are sustainable candidates for sensors, structurally colored radiative cooling, and iridescent coatings. Such CNC-based films possess a helicoidal nanochitecture, which gives selective reflection with the polarization of the incident light. However, due to the hygroscopic nature of CNCs, the structural colored changes and may be irreversibly damaged at high relative humidity. Thus, moisture protection is essential in such settings. In this work, hygroscopic CNC-based films are protected with a bioinspired synthetic plant cuticle; a strategy already adopted by real plants. The protective cuticles altered the reflected colors to some extent, but more importantly, they significantly reduced the water vapor permeance by more than two orders of magnitude, from $2.1 \times 10^7$ (pristine CNC/GLU film) to $12.3 \times 10^4$ g m$^{-2}$ day$^{-1}$ atm$^{-1}$ (protected CNC/GLU film). This expands significantly the time window of operation for CNC/GLU films at high relative humidity.

1. Introduction

The protective outer cuticle membrane, present on all above-ground organs of plants such as leaves and fruits, is a vital transpiration barrier that regulates water loss between plants and the atmosphere – without it these would suffer from lethal wilting and/or shrinking. The water barrier properties of this extracellular membrane surpass most common synthetic polymer films, such as polyethylene (PE), polypropylene, and poly(ethylene terephthalate). The cuticle system is a layered structure that comprises, amongst others, an upper epicuticular wax layer and a layer containing cutin polyester and wax blended with cell wall polysaccharides, such as cellulose and pectin, see Figure 1. The hydrophobic cutin polyester structure, closely resembles that of PE, due to the long alkane chain monomeric units (10,16-dihydroxyhexadecanoic acid and 16-hydroxyhexadecanoic acid in the C$_{16}$ family, and 18-hydroxy-9,10-epoxyoctadecanoic acid and 9,10,18-trihydroxyoctadecanoic acid in the C$_{18}$ family are predominant). The barrier properties of cutin polymer membranes depend on the polyester chain packing, crystallinity, and cross-link density (with glycerol: natural crosslinker in plants). Many efforts have been devoted to produce synthetic cutin membranes with controlled crystallinity and cross-link density to tailor physical properties, most importantly, achieving adequate barrier and mechanical properties to design sustainable materials.

Cellulose nanocrystals (CNCs) are unique due to their intrinsic ability to self-assemble into nanoprotic structures with distinct structural colors. This characteristic property of structural colors has found its use in several fields including sensors (polarization sensor, colorimetric sensor for the detection of gases and humidity sensor), optical antcounterfeiting systems, decorative coatings colored radiative cooling and rewritable papers. The structural colors in CNC-based films are a consequence of constructive interference (Bragg’s law) of reflected light, and by controlling the cholesteric pitch (the distance of a full-turn period), certain wavelengths will be reflected only. The height of the pitch can be fine-tuned by intercalating molecules, such as glucose, poly(ethylene glycol), polyacrylamide, hydroxypropyl cellulose, glycerol, polyethylene glycol diacrylate, and this will result in different reflected colors. In the present study, glucose was used to modulate the pitch. The helical CNC arrangement and pitch are, however, sensitive to water uptake, which swells the material and increases the pitch. This is due to the hygroscopic properties of glucose and CNC-based materials. Moreover, we selected glucose as a model molecule due to its moisture sensitivity, that is, exposure to moisture might induce...
the growth of glucose crystals in CNC/GLU films. Hence, there is a need to protect these materials from water in order to avoid variable structural colors when in operation in ambient conditions. Indeed, the relative humidity will vary between night and day, and also seasons.[20]

In the present study, we take a cue from nature and protect structurally colored CNC/glucose films from moisture by introducing a synthetic cuticle coating on top of the films’ surfaces. The films’ morphology and structural colors were investigated with optical microscopy, scanning electron microscopy, and UV–vis spectroscopy, and the moisture barrier properties were measured with the cup test and compared with those obtained for the uncoated films.

## 2. Experimental Section

### 2.1. Materials

D-\((+)-\)Glucose (GLU) (purity ≥ 99.5%), 16-Hydroxyhexadecanoic acid (HHA) (98%), and glycerol (>99%) were obtained from Sigma–Aldrich. Microcrystalline cellulose MCC Avicel PH-200 was bought from DuPont and sulfuric acid (95–97%) was supplied by Merck. All chemicals were used as received.

### 2.2. Preparation of CNCs

Cellulose Nanocrystals were prepared using the protocol reported in our previous work[16] with some slight modifications. 20 g of MCC was hydrolyzed for 75 min at 45 °C with intense magnetic stirring using sulfuric acid (247 g of 64 wt.%). Subsequently, the reaction was quenched by diluting the reaction medium with tenfold Milli-Q water and the resultant suspension was unperturbed overnight. The next day, the supernatant (=1 L) was discarded and the remaining sediment was ultrasonicated with a 90% amplitude for 2 min (1/2-inch tip, Vibracell VCX 750, Sonics & Materials), followed by centrifugation at 15000 rpm (rcf = 26964 g, SORVALL RC 5B PLUS centrifuge, Fiberlite F21-8 × 50y rotor) for 5 min. The supernatant was discarded and the remaining sediment in the centrifuge tubes was redispersed in Milli-Q water. This centrifugation procedure was repeated thrice, after which only the supernatant was collected and dialyzed using a cellulose membrane tube (14 kDa molecular weight cut-off) for 10 days. Then, the dialyzed suspension was filtered using a Whatman Grade 541 filter paper. The CNC suspension was concentrated to 3.2 wt.% with a surface charge of 0.37 mmol g\(^{-1}\), measured using the procedure employed previously.[16]

### 2.3. Synthesis of Hydroxyhexadecanoic Acid – Glycerol Copolymer

The polyester was synthesized as described previously by Singha et al.[4] Briefly, 150 mg of 16-hydroxyhexadecanoic acid monomer was reacted with glycerol (Gly) at the molar ratio of HHA:Gly = 3:1. The HHA was melted in a round-bottom flask (at 110 °C) and glycerol was added to the melt, see schematic in Scheme 1. The mixture was stirred vigorously for 24 h at 110 °C. The mixture was cooled and the solidified HHA-glycerol mixture was then ground to powder. The powdered mixture was heated at 150 °C in an oven for 24 h followed by cooling to room temperature. A second thermal treatment at 160 °C (24 h) was then performed and the crosslinked polymer, thus

![Scheme 1. Schematic representation of the subsequent synthetic protocols for realizing thick HG31 (HHA:Glycerol = 3:1) polyester films.](image-url)
obtained, was cut into pieces and stored for further processing. In the previous article it was referred to as HHA: Gly = 3:1, here we will use a shorter name HG31.

2.4. CNC/Glucose Film Preparation

2.4.1. Fabrication of the CNC/GLU (52/48) film

To 4.8 ml of 3.2 wt.% CNC suspension, 140 mg of glucose, and 15.2 ml of Milli-Q water was added in a closed glass vial. The mixture was magnetically stirred for 16 h at room temperature. Then, the suspension was solvent-casted in a polystyrene petri dish (diameter: 6 cm) and dried in ambient lab conditions for 3, 4 days.

2.4.2. Fabrication of CNC/GLU (39/61) film

To 1.6 ml of 3.2 wt.% CNC suspension, 80 mg of glucose, and 8.4 ml Milli-Q water were added. The suspension, present in closed glass vials, was stirred magnetically for 16 h. Subsequently, the suspension was solvent-casted in a polystyrene petri dish and dried in ambient lab conditions for 2, 3 days.

2.4.3. Fabrication of Pristine CNC film

10 ml of 3.2 wt.% CNC suspension was solvent casted and dried in ambient lab conditions for 2, 3 days.

2.5. Preparation of HG31-Laminated CNC/GLU Films and Thin HG31 Films

The HG31 polymer was cut into small pieces and uniformly spread in circular molds of 3 cm diameter and 150 µm thickness and sandwiched between steel plates with poly(tetrafluoro ethylene) (PTFE) anti-sticking sheets in between the material and the plate. The material was first heated to 150 °C for 10 min to melt the polymer, followed by hot-pressing (Fontijne Press, 250 kN for 10 min with the same hot-press, compression plates and PTFE sheets assembly as described above) to create the synthetic cuticle coating.

2.6. Characterization

Scanning electron microscopy images were obtained at an accelerating voltage of either 3, 5, or 10 kV using a Hitachi S-4800 SEM equipment. Specifically, 5 kV was used for Figure 2f and 10 kV for Figure 4e. Cross-sectionally dissected samples were prepared by first freezing pristine pieces of CNC/Glucose film, synthetic cuticle film, and the HG31-laminated CNC/Glucose films in liquid nitrogen for 5 min. Each frozen sample was then cut using a lancet. These cross-sectionally anatomized films were mounted on Al-stubs and subsequently sputter-coated with Pt/Pd (60/40) for a duration of 10 s resulting in a coating thickness of ≈1 nm, using a Cressington 208HR sputter coater equipment.

Polarized optical reflection measurements were performed at normal incidence using linearly polarized incident light only and a custom-made polarization-dependent micro-spectroscopic setup. The reflected light was collected from the camera port with an optical fiber (Thorlabs; 150 µm) core connected to a spectrometer (Ocean Optics HR 4000, USA). Imaging was performed either using linearly polarized incident light or with two crossed linear polarizers. Samples were illuminated using a 50 W halogen lamp attached to a microscope (Nikon Eclipse L200N, Japan).

Polarized optical microscopy images in transmission mode between crossed polarizers (linearly polarized light) were obtained using a Leica DM2000W Digital Microscope camera. The sample was rotated counter-clockwise from 0 to 135° using 45° steps.

Polarized optical microscopy images between crossed polarizers in reflection (linearly polarized light, images in Figure 2d,e,i) were obtained using a Leica DM750M (Leica, Germany) microscope equipped with 5x, 10x and 20x POL objectives and a Leica ICC50W camera. UV–vis spectrometry measurements to obtain direct transmission, total transmittance (measuring both linear and scattered components through the sample) and diffuse reflectance (illumination at 0°, angle of incident), and total reflectance (illumination at 8°, angle of incident) measurements were performed using a UV–vis spectrophotometer (Shimadzu UV 2550). In the case of total transmittance and reflectance measurements, an integrating sphere setup (model ISR-2200) was used. BaSO4 was used as the standard reference in the integrating sphere setup and to perform the baseline correction. To calculate the absorptance (A(λ)), the total reflectance (R(λ)) and the total transmittance (T(λ)) was used:

\[ A(\lambda) = 1 - T(\lambda) - R(\lambda) \]  

To assess the influence of humidity on the direct transmittance spectrum (Figure 2g), measurements were performed on a CNC/GLU (52/48) film mounted on a microscopy slide. The
film was first dried in a desiccator with silica gel for 2 weeks and directly measured ($t = 0$), then the specimen was placed at $50 \pm 2\%$ RH and $22 \pm 1\, ^\circ\mathrm{C}$ for 42 h and remeasured.

2.6.1. Water vapor transmission measurements

The films were equilibrated at $50 \pm 2\%$ RH and $22 \pm 1\, ^\circ\mathrm{C}$ (climate room) for 30 h minimum before performing the water vapor transmission measurements. After the equilibration, the films were mounted in Payne cups (TQC Sheen) with a circular 10 cm$^2$ open area. In some cases, the exposed area of the films was reduced with aluminum masks (hole area: 5 cm$^2$, MOCON Inc.). For the 0–50% RH measurement, 5 g of dry calcium chloride powder was placed inside the cup before mounting the film. Then the total weight was measured as a function of time, which was used to calculate the water vapor transmission rate (WVTR) and permeability (WVP). The increase in the weight of the cups, due to moisture absorption by the desiccant from the atmosphere, was noted to generate a plot of weight change versus time and a slope “$n$”. The WVTR and WVP were calculated using the following equations:

$$\text{WVTR} = \frac{n}{A}$$

$$\text{WVP} = \frac{\text{WVTR} \cdot l}{\Delta p}$$
were reported. The UV–vis total transmittance spectrum for the 84±11 µm thick green film is included in Figure 2c. The spectrum for a pristine CNC film without GLU can be found in the Supporting Information (Figure S1, Supporting Information). The transmittance spectra are included in Figure 2c. The spectrum for a pristine CNC film without GLU can be found in the Supporting Information (Figure S1, Supporting Information). The transmittance spectrum for the 84±11 µm thick green film (CNC/GLU = 52/48) exhibited a broad dip in transmission at ≈510 nm. With increased glucose content (CNC/GLU = 39/61, film thickness 50±3 µm), the pitch increased further, and a red shift in the transmission dip occurred, which is in concordance with previous studies on CNC/glucose films.\[16\] In Figure 2d,e, polarized optical microscopy (POM) images (linearly polarized light, reflectance mode) of the films are presented. Each film had a macroscopic dominating color (Figure 2), but for both films additional colors were present. The colored regions were separated by grain boundaries (Figure 2d,e). The presence of such different colors in a single film has been speculated to be due to spatial differences in the local helical axis orientation and/or deviations in the equilibrium pitch (Figure 2f).\[21\] Due to the hygroscopicity, the CNC-based films are prone to absorb moisture, which increases the pitch and causes a red shift as shown in Figure 2g. The moisture uptake is a function of the relative humidity and temperature, and for CNC films it is low below ~60% RH (e.g., at 23 °C), but increases exponentially above this threshold.\[22\] Besides the change in pitch/color, we note that the moisture uptake at high relative humidity can rapidly trigger the crystallization of glucose (Figure 2h,i). The film in Figure 2h contained such glucose crystals, which were obtained after several months of storage (approximately June to February) at ambient indoor conditions. During that period the relative humidity reaches over 60% (July/August).\[23\] Hence, there is a need to protect films from high-moist environments. On the other hand, storage in dry conditions\[24\] or at ~50% RH (7 weeks tested) and 21–22 °C did not alter the visual appearance of the films.

To solve the moisture problem, we here laminated structurally colored CNC/GLU photonic films between two thin synthetic cuticle films. A systematic study was recently performed using 16-hydroxyhexadecanoic acid (HHA) and glycerol for synthetic cuticle synthesis.\[4\] In the present study, we exploited the findings in that study and specifically worked with the polyester film with an HHA:glycerol molar ratio of 3:1 for the synthetic cuticle membrane (here referred to as HG31), see Figure 3. This is due to the best combination of mechanical flexibility and moisture barrier properties of the film attained at that composition.\[4\] Thick synthetic cuticle films were prepared using a specific compression molding protocol (Experimental section). These were then made thinner using an

**Figure 3.** Synthesis of the HHA: glycerol polyester. Three possible reaction products are included. A fourth reaction includes one primary and one secondary glycerol alcohol reacting with HHA.
additional hot-pressing step (250 kN, 160 °C, 10 min) and two of the thin HG31 films were used to cover each side of the CNC/GLU film and compressed (see the schematic of the production protocol in Figure 4a). The average thicknesses of the synthetic cuticle films were in the range of ≈30–40 µm, which rendered the coatings transparent (Figure S2, Supporting Information). In Figure 4b, a photograph of a thin HG31 film is included demonstrating the flexibility of this film and the resulting polyester-coated CNC/GLU sandwich films are presented in Figure 4c,d. A sandwich cross-section observed with SEM (Figure 4e), disclosed the lamellar structure, with the CNC/GLU film surrounded by HG31 films. Visual comparison of pristine CNC/GLU (52/48 and 39/61) photonic films (Figure 2a,b) and their subsequent coated sandwich structures (Figure 4c,d), revealed that on the macroscopic scale, the predominant color (green and red) was approximately the same before and after coating. This was further confirmed when studying the diffuse reflectance of the CNC/GLU films and the HG31-laminated CNC/GLU films (Figure 4f,g). The thickness of the CNC/GLU films was 75 ± 17 µm (52/48) and 43 ± 11 µm (39/61), whereas the thickness of the HG31-laminated CNC/GLU films was 167 ± 19 µm (laminated, CNC/GLU = 52/48) and 127 ± 15 µm (laminated, CNC/GLU = 39/61). The thickness of the HG31 coatings (on each side) in these sandwich structures were 37 ± 8 µm (52/48) and 39 ± 10 µm (39/61), measured with a Mitutoyo thickness meter. Because the synthetic cuticle layers were thin, the absorptance and total transmittance of the coating was low and high, respectively, at wavelengths above ≈440 nm (Figure 4h; Figure S2, Supporting Information). The rough surface of the synthetic cuticle membrane, as a consequence of the pressing procedure, is shown in Figure S3 (Supporting Information).
To further characterize the structural colors of the sandwich on the microscopic scale, POM studies were performed, with the results shown in Figure 5 and in Figures S4–S8. The POM image, taken in reflectance mode between crossed linear polarizers, of the neat green CNC/GLU film is presented in Figure 5b. The reflectance spectrum was obtained using linearly polarized incident light only, Figure 5c (the analysis of the red CNC/GLU film is found in Figure S4, Supporting Information). In accordance with the results in Figure 2, the reflectance peak (Figure 5c) was quite broad, with non-negligible reflection in the blue, green, and red spectral ranges. It is well known that structurally colored CNC/GLU films preferentially interact with the component of light that is left-handed circularly polarized (LCP), such that the reflected light (Figure 5b,c, predominantly green, but also blue and red colors) from a CNC/GLU film will be LCP, as schematically depicted in Figure 5a. Right-handed circularly polarized (RCP) light, on the other hand, will be transmitted through the CNC/GLU film. In other words, if the incident light is RCP light then the film will appear dark in reflection.

POM images in transmission and reflection mode (linearly polarized light, crossed polarizers) for the neat synthetic cuticle film are shown in Figure 5d,e, respectively. Some colors, mostly green and red due to interference, were observed. The synthetic cuticle polymer used herein is semi-crystalline and cross-linked/branched (Figure 3), as reported previously, and hence we hypothesize that this, in combination with the extension/orientation of the film experienced during hot-pressing, resulted in local birefringent properties of the membranes. The local birefringence was further confirmed by rotating a neat synthetic cuticle film between crossed polarizers in transmission (Figure S5, Supporting Information). From those results, it is clearer that the HG31 polymer chains were locally organized in varyingly sized regions, and with the direction of the light varying, the film appeared to exhibit different colors. The HG31 film was then laminated with the CNC/GLU film at two different locations, and the reflectance spectra were obtained at two different spots on the laminated CNC/GLU film. Reflectance spectra (Figure 5f) were obtained with identical image acquisition settings. All the POM images taken with crossed polarizers (denoted by crossed arrows).
of the ordinary and extraordinary refractive indices in these regions alternating over the surface of the HG31 film. Other areas remained completely dark during rotation, suggesting the absence of birefringent properties in those areas. Reflectance results, using only linearly polarized incident light, obtained from microscopic areas that appeared red or green during imaging confirm that those areas did not correlate with any red or green reflectance peaks for the neat HG31 film (Figure 5f and measurement spots given in Figure S6 (Supporting Information), using the same acquisition settings as for the CNC/ GLU films (Figure 5c)). The same trend was seen all across the synthetic cuticle film and the reflectance from these microscopic areas was instead comparable to the diffuse reflectance measured for macroscopic areas of the synthetic cuticle film (Figure 4g).

In the case of the synthetic cuticle laminated green CNC/GLU film (the HG31-laminated red CNC/GLU film is presented in Figure S7, Supporting Information), the reflected portion of the light depends both on the optical properties of (local birefringence) the synthetic cuticle film and the polarization-dependent reflectance of the underlying CNC/GLU film. Figure 5g,h displays the POM results for the CNC/GLU green film laminated with the synthetic cuticle. Colored regions of red, green, orange, and black were observed. When comparing Figure 5g,h with those of the bare CNC/GLU film (Figure 5b) and the synthetic cuticle (Figure 5e), it is clear that the synthetic cuticle coating influenced the optical response in certain areas. The reason is that any local birefringent properties of the cuticle film modify the polarization state of the incident linearly polarized light before it interacts with the underlying CNC/GLU film. The wavelengths reflected by the underlying CNC/GLU film were therefore contingent on any alteration of the incident light by the cuticle film, which depends on the wavelength of the incident light, the local birefringence and thickness of the synthetic cuticle, as previously exemplified when combining a birefringent liquid crystal layer with structurally colored CNC films.[7,16,25] However, we note that as the birefringent properties at low RH are the impermeable crystalline domains of CNCs, the chiral CNC nematic packing and the extensive hydrogen bond network.[26] The reduction in permeability, with the synthetic coating present, is expected to be more pronounced at higher RH, and to test this we looked closer at the cuticle-laminated CNC film with the highest glucose content. Table 1 presents results for the synthetic cuticle laminated CNC/GLU (39/61) film, the bare CNC/GLU (39/61) film, and the bare synthetic cuticle coating at high relative humidity conditions (50–100% RH gradient).

Water is an effective plasticizer. Hence, at higher RH the important polymer-to-polymer hydrogen bonds (CNC-CNC, CNC-glucose) are reduced in density, leading to high water permeation.[22,27] This occurred for the hygroscopic CNC/GLU film, resulting in more than two orders of magnitude increase in WVP (Table 1).

On the contrary, the WVP only increased slightly for the synthetic cuticle film, on average from $8.0 \times 10^4$ to $8.6 \times 10^4 \text{ g m}^{-2} \text{ day}^{-1} \text{ atm}^{-1}$. The same trend, with only a small, if any, increase in WVP with increasing RH, has been observed for other relatively hydrophobic polymers, such as PLA.[28,30] The moisture permeability of HG31 can be further compared to those of common polymers, see Table 1. The HG31 film had a value that was significantly lower than that of the hydrophilic PVOH, but similar to the semi-hydrophobic PVC. However, the moisture permeability is higher than for a fully hydrophobic POP and high-crystalline PVDC. It should be noted that the reported data in Table 1 for the common polymers correspond to a condition of 85% relative humidity. However, all the materials, except PVOH, are considered not to depend significantly on the actual relative humidity.

Introducing a moisture-protective synthetic cuticle layer on top of the CNC/GLU film led to a significant decrease in WVP (and WVTR). In fact, the WVP decreased by more than two
orders of magnitude (at high RH) (Table 1). Indeed, the sandwich had a quite low WVP, on the same order of magnitude as PS. The measured WVP for the synthetic cuticle laminated CNC/GLU film (12.3 × 10⁴ g m⁻² day⁻¹ atm⁻¹), matched well with the calculated WVP, 13.7 × 10⁴ g m⁻² day⁻¹ atm⁻¹ (Table 1), derived from the laminate equation:²³

$$\frac{1}{P_{\text{tot}}} = \frac{1}{P_{\text{HG31}}} + \frac{1}{P_{\text{CNC/GLU}}}$$  \hspace{1cm} (4)

where \(t_{\text{HG31}}\) and \(t_{\text{CNC/GLU}}\) are the thicknesses for the synthetic cuticle laminated CNC/GLU film, the HG31 laminate film, and the protected CNC/GLU film, respectively. \(P_{\text{HG31}}\) and \(P_{\text{CNC/GLU}}\) are the permeability coefficients of the two individual components. An important consequence, of a fixed relative humidity gradient over the laminated CNC/GLU film (such as a 50–100% RH gradient), is that the protective HG31 layer will lower the surface moisture concentration in the CNC/GLU films at the higher %RH side to a value lower than that of an unprotected CNC/GLU film. This is because the partial moisture pressure on the 100% RH side of the synthetic cuticle \(P_{100\%RH}\) will decrease over the thickness of the synthetic cuticle to a lower partial pressure value on the CNC/GLU side \(P_{2}\), i.e., \(P_{2} < P_{100\%RH}\). This drop is due to the low WVP of the synthetic cuticle coating and also depends on the coating thickness. The solubility \(S\) times the partial moisture pressure \(p\) gives the moisture content within the material, that is \(C = Sp\), where \(C\) is the moisture concentration in the material. Hence, the surface moisture concentration will be lower in the protected CNC/GLU film \(p_{2} < p_{100\%RH} = Sp_{2} < Sp_{100\%RH} = C_{2} < C_{100\%RH}\).

### Supporting Information

Supporting Information is available from the Wiley Online Library or from the author.

### Acknowledgements

P.R.A., S.S., and D.B. contributed equally to this work. P.R.A., A.J.S., and M.J. acknowledge the funding from the Olle Byggmästare (Grant No. 194–0679). M.H., and S.S. acknowledge support from the Knut and Alice Wallenberg Foundation (WWSC), M. J. and D.B. acknowledge support from Linköping University and industry through the Wallenberg Wood Science Center; the Swedish Government Strategic Research Area in Materials Science on Functional Materials at Linköping University (Faculty Grant SFO-Mat-LiU No. 2009 00971).

### Conflict of Interest

The authors declare no conflict of interest.

### Data Availability Statement

The data that support the findings of this study are available from the corresponding author upon reasonable request.

---

Table 1. WVTR and WVP for the CNC/GLU film, the synthetic cuticle (HG31), and the synthetic cuticle laminated CNC/GLU film, in a 50–100% RH gradient. Values of common polymers are also given as a comparison.

<table>
<thead>
<tr>
<th>Sample</th>
<th>WVTR [g m⁻² day⁻¹]</th>
<th>WVP [g μm m⁻² day⁻¹ atm⁻¹]</th>
</tr>
</thead>
<tbody>
<tr>
<td>CNC/GLU (39/61)</td>
<td>6500 ± 400</td>
<td>2.1 × 10⁴ ± 1.3 × 10⁴</td>
</tr>
<tr>
<td>Synthetic cuticle (HG31)</td>
<td>20 ± 0.2</td>
<td>8.6 × 10⁴ ± 0.6 × 10⁴</td>
</tr>
<tr>
<td>Laminated CNC/GLU (39/61)</td>
<td>14 ± 2.3</td>
<td>12.3 × 10⁴ ± 1.9 × 10⁴</td>
</tr>
<tr>
<td>Calculated value, Laminated CNC/GLU</td>
<td>–</td>
<td>13.7 × 10⁴ ± 0.7 × 10⁴</td>
</tr>
</tbody>
</table>

Common Polymers

- Polystyrene (PS)²⁹ – (4.2–16.6) × 10⁴ g m⁻² day⁻¹ atm⁻¹
- Polypropylene (PP)²⁹ – (0.8–1.7) × 10⁴ g m⁻² day⁻¹ atm⁻¹
- Polyvinyl chloride (PVC)²⁹ – (4.2–8.3) × 10⁴ g m⁻² day⁻¹ atm⁻¹
- Polyvinyl alcohol (PVOH)²⁹ – 12.6 × 10⁴ g m⁻² day⁻¹ atm⁻¹
- Poly(vinylidene chloride) (PVDC)²⁹ – 0.4 × 10⁴ g m⁻² day⁻¹ atm⁻¹

---

²³ Calculated value for the synthetical cuticle laminated CNC/GLU (39/61); ²⁹ Testing conditions: 23 °C and 85% RH.

Decreasing the moisture content in the CNC/GLU film is important as glucose crystallization should be minimized.

The staggering drop in WVP is attributed to the crystallinity and the high hydrophobicity of the protective HG31 film, similar to that observed in the natural plant cuticles. The HG31 chemical structure (similar to PE, except for the sparsely occurring ester groups) and the film surface roughness (which may delay further diffusion into the polymer), mainly contribute to the hydrophobic character that can be advantageously used to reduce and delay moisture uptake and glucose crystallization in the vulnerable CNC/GLU films.°⁶
Keywords

cellulose nanocrystals, moisture barrier, structural colors, synthetic plant cuticle

Received: October 25, 2022
Published online: January 20, 2023


